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Metalloenzymes catalyze difficult chemical reactions under mild conditions. Mimicking their functions is a
challenging task and it has been investigated using homogeneous systems containing metal complexes. The
nitrogenase that converts N2 to NH3 under mild conditions is one of such enzymes. Efforts to realize the
biological function have continued for more than four decades, which has resulted in several reports of
reduction of N2, ligated to metal complexes in solutions, to NH3 by protonation under mild conditions.
Here, we show that seemingly distinct supported small tungsten clusters in a dry environment reduce N2
under mild conditions like the nitrogenase. N2 is reduced to NH3 via N2H4 by addition of neutral H atoms,
which agrees with the mechanism recently proposed for the N2 reduction on the active site of nitrogenase.
The process on the supported clusters gives a model of the biological N2 reduction.
I
nnature, one finds various metalloenzymes that catalyze difficult and essential chemical reactions under mild
conditions
1, which, on the other hand, require high temperature and gas pressure in industry. The enzymes
oftenharnesssmallclustersinvolvingtransitionmetalatomsattheiractivecenters,whicharethekeymaterials
that enable the difficult chemical reactions. Since metalloenzymes are homogeneous systems working in envir-
onments with water, structures and functions of the enzymes have been studied by using metal complexes in
solutions.
Thewell-knownandintensivelystudiedexampleofsuchenzymesisthenitrogenase.ItreducesalmostinertN2
toNH3at300 Kand0.8 atm
2,whichisinstarkcontrasttotheindustrialHaber-Boschprocessthatrequiresharsh
conditions like 800 K and 300 atm
3. Among the nitrogenases, the Mo-dependent nitrogenase
4 is best studied. It
carriesacomplexmetalclusternamedFeMocofactor(FeMo-co)withamulticentercoreXFe7MoS9,whereXhas
been identified as a carbon atom recently
5,6. The core works as the site for N2 activation and reduction
4.
ThefascinatingbiologicalN2reductiononnitrogenaseshasattractedmuchattentionofchemistsformorethan
fourdecades,whichhasledtocontinuingefforts tomimicthefunctionoftheenzymetoreduceN2toNH3under
mild conditions. Up to now, NH3 formation under mild conditions has been reported for metal complexes in
solutions
7,includingwell-definedtransition-metalcomplexeswithaN2ligand
8–10andalsoanitride
11,12.Theseare
homogeneoussystemsbasicallycontainingreductantsandprotonsourcesinsolutions,inwhichN2isreducedby
direct transfersofelectronsandprotonstoN2.TheN2reductionmechanismisconsistentinappearance withthe
generally accepted Lowe-Thorneley scheme for nitrogenase N2 reduction which tells us that the biological N2
reduction proceeds by coupled electron and proton transfers to FeMo-co
13–15.
Ithasrecentlybeensuggested,however,theN2activatedonFeMo-coisreducednotbythedirectelectronation/
protonationbutbyadditionofneutralHatomsthatresultfromreductionofprotons
16–18:theprotons,transferred
to FeMo-co presumably through a water-filled channel connecting the surface of proteins surrounding FeMo-co
and the cofactor
19–21 are likely to be bound to its sulfur sites
16–18,22,23 and reduced to the H atoms
16–18,23. This
mechanism is needed because the amino acid residue located near the active Fe site of FeMo-co (valine), which
works as a ‘‘gate keeper’’ to control access of substrates to the active site
24–26, is hydrophobic and anhydrous and
thus it is unlikely that protons gain direct access to N2
17,18. This then suggests the N2 reduction on FeMo-co
proceeds in a ‘‘dry’’ environment isolated from H2O while the whole nitrogenase system functions in an envir-
onmentwithwater.ThisissupportedbytheX-raycrystallographyanalysisthatthesurroundingsoftheactivesite
of FeMo-co are free from water
2,20,23,26.
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FeMo-co comes down to addition of neutral H atoms to N2 on the
metal cluster in a dry environment. This suggests we may be able to
mimic the function of nitrogenase if metal clusters are available that
enable hydrogenation of N2 with the H atoms, without recourse to
the traditional method using direct protonation in solutions.
However, there have been no studies to explore such a possibility.
To examine the possibility, we investigated the N2 reduction on
monodispersed small tungsten clusters (Wn, n52,6) fixed on
graphite surfaces (see the Methods below and Supplementary
Information 1). We have chosen the tungsten cluster because it acti-
vatesN2inmolecularform
27asFeMo-codoesandH2Odissociatively
adsorbs on the cluster into H 1 OH. Consequently, if mixture gas of
N2 and H2O is fed to the cluster, we have activated N2 and H atoms
coexisting on the cluster. Thus the supported tungsten cluster is an
idealsystemtocheckwhethersuchasystemcanmodelthebiological
functionofreducingN2toNH3.Inthefollowing,weshowthesystem
indeed reduces N2 to NH3 under mild conditions as nitrogenases.
Results
Figure 1a shows a typical N1s spectrum by X-ray photoelectron
spectroscopy (XPS) for N2 adsorbed by tungsten pentamers (W5),
fixed on a highly-oriented pyrolytic graphite (HOPG) surface at
296 K. It has a peak located at an N1s binding energy (BE) of
,399.2 eV, which is absent for bare W5 or a N2-fed bare HOPG
surface. The single peak shows N2 is adsorbed on the cluster with
either a W-N-N-W bridge
27,28 or a g
2- adsorption geometry
29. Our
previous work has shown the total energy of the bridge adsorption
geometryislowerthanthatoftheg
2geometry
30,31andhencesuggests
the adsorption with the bridge geometry is more likely. Another
notable observation is that no peak is seen around 397.6 eV which
is a fingerprint of N atoms resulting from N2 dissociation
32,33.W e
have recently shown N2 is highly activated in molecular form on the
cluster
27,30,31. The XPS observation in Fig. 1a therefore shows N2 is
bound in an activated molecular form on W5 at room temperature.
Thefullwidthathalfmaximumofthepeakis,however,morethan
3 eV, which is larger than that of ,2.2 eV observed for a single
nitrogen species such as N atoms on a bulk W surface. Moreover,
thepeakseemstohaveahumpat,401 eV(thehigherBEsideofthe
peak).TheseobservationssuggestthepeakisnotduetoN2alonebut
consists of those of a couple of nitrogen species. Since N2 on the
cluster is activated, the other species may be reaction products of
N2 with some adsorbates on the cluster. In the cluster deposition, it
was found a few H2O molecules from the ambient are adsorbed on
the clusters and hence they could be the reaction counterpart. To
check this, the N1s spectrum was measured for various amounts of
adsorbedH2O.TheresultsgiveninFigs.1band1cshowtheshapeof
the spectrum is very sensitive to the water adsorption: with an
increase in the amount of H2O, the intensity above ,400 eV
becomes large, resulting in a broader spectrum (Fig. 1b) and when
more than ,5 water molecules are adsorbed on the cluster, a single
peak becomes distinct at ,400.8 eV (Fig. 1c). The number of N2
molecules adsorbed per W5 was ,0.1. Considering the experimental
conditions(pressureoftheN2gas,thegasexposuretime,thenumber
of clusters on the HOPG surface: see Methods below), the sticking
probability of N2 to the water-adsorbed cluster is , 10
25 which is
comparable to the initial sticking probability of the dissociative
adsorption of N2 to Fe(111) surface at 300 K
34, which proceeds via
a molecular adsorption state with a bridge geometry
28. The intensity
of the peak was substantial only when both N2 and H2O are present
on the cluster. All these observations suggest the nitrogen species
other than N2 originate from reactions between N2 and H2O.
As we have reported, the activated N2 reacts with O from H2Ot o
form nitrous oxide (N2O) at 140 K on the cluster
27. In the present
experimentatroomtemperature,however,doublepeaksat402.6 eV
and 406.6 eV, the fingerprint of N2O, are absent in the N1s XPS
spectrum (see Fig. 1c). This is presumably because N2O, though it
mayformontheclusteratroomtemperature,woulddesorbfromthe
cluster as soon as it forms, since the molecule desorbs from the
cluster at , 145 K
27. Then we have to consider the reaction of N2
with H which results from dissociative adsorption of H2Oo nW 5
(SupplementaryInformation2).Thecalculationgiveninthesupple-
mentary information shows the electron population of the hydrogen
for the most stable (H1OH) adsorption configuration on W5 is 1.1
, 1.2 depending on the model for the population analysis. This
indicates the hydrogen is a neutral H atom not a proton as expected.
Therefore, the reaction of N2 with H from H2O is a process of addi-
tionoftheneutralHatomstoN2,whichwecall‘‘hydrogenationwith
neutralHatoms’’hereafter.Accordingly,theXPSspectralchangesin
Figs. 1ato 1c may show progress of the hydrogenation of N2at room
temperature with an increase in the number of coadsorbed H atoms,
leading to NH3 formation.
In an experiment to purposely feed NH3 to W5, the molecule was
found to give an XPS spectrum with a single peak at 400.4 eV.
Therefore, the nitrogen species that give the XPS spectrum in Fig. 1c
may include NH3. To examine this, we analyzed gases desorbing upon
heating from W5,t ow h i c hN 2 and H2O were simultaneously fed at
296 K (denoted as (N2 1 H2O)/W5) hereafter), by mass spectrometry.
For the analysis, we first performed an experiment using
15N2,h o p i n g
that we could detect
15NH3. The experiment turned out to give a hint of
ammonia formation but not in an unambiguous way. This is because
t h em a s st oc h a r g er a t i o( m / e )o f
15NH3
1 i st h es a m ea st h a to fH 2
16O
1
(m/e518) and the major cracked species from these species,
15NH2
1
and
16OH
1, also have the same m/e of 17. Thus the peaks due to
desorption of
15NH3 from the cluster totally overlap with those of
H2
16O, which is a species always found in an ultrahigh vacuum ambi-
ent and also desorbs upon heating from W5 concomitantly with the
ammonia as shown below, in the mass spectrum. We therefore have
chosen to use the combination of
14N2 and H2
18O to have a conclusive
result. With this combination one can keep the intensities of H2
16O
1
and
16OH
1 almost to the background level as seen in Fig.2a: compar-
ison of the intensity for m/e517 with that of the H2
16O
1 peak should
Figure 1 | Dependence of the N1sXPS spectral shape forN2/W5 at 296 K
ontheamountofchemisorbedH2O. Theaveragenumberofchemisorbed
H2OmoleculesperW5for(a),(b)and(c)was2.2,3.4and5.5,respectively.
These numbers were deduced from the relative XPS peak intensity of O1s
for chemisorbed H2O to that of W4p3/2, taking account of the
photoionization cross sections of these lines for the MgKa X-ray used in
XPS. The vertical line at 400 eV BE is a guide for an eye.
www.nature.com/scientificreports
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14NH3 easily noticeable. Before heating the
sample of (
14N2 1 H2
18O)/W5, XPS measurement was carried out to
confirm that the spectrum was dominated by the peak at 400.8 eV.
Figure 2a shows a mass spectrum measured before the sample is
heated. It is a background mass spectrum owing to H2Oi nt h eu l t r a -
high vacuum ambient of the mass spectrometer chamber. The peak at
m/e518 is due to H2
16O
1 and the shoulder at m/e517 with , 1/3
intensity of H2
16O
1 is due to
16OH
1 that results from cracking of
H2
16O. When the sample is heated to ,3 2 0K ,w eo b s e r v e dd r a m a t i c
changes in the mass spectrum (Fig. 2b): three peaks with m/e of 16, 17
and 20, absent in the background spectrum, showed up. Since the
intensity of the m/e517 peak is comparable to that of the H2
16O
1 peak
(m/e518), it is apparently not solely due to
16OH
1 but includes a
substantial intensity of another species and it is
14NH3
1:
14NH3
1 is
the only possible chemical species with m/e 517 other than
16OH
1
forpossiblecombinationsof
14N,
16O, and H. We also notice substantial
intensity increase for the peak with m/e516, which we assign to
14NH2
1 that results from cracking of
14NH3. The assignment is con-
sistent with the previous report that NH3
1 and NH2
1 are the major
species (the intensity of NH2
1 is ,0 . 5o ft h a to fN H 3
1)w h e nN H 3 is
analyzed by a quadrupole mass spectrometer
35. The peak at m/e520 is
assigned to H2
18O
1 that was fed to the cluster. After the gas desorption,
the mass spectrum became similar to that prior to the heating (Fig. 2c).
The desorption of NH3 was observed in the same manner without the
prior XPS measurement, indicating the formation of NH3 is not
induced by X-ray radiation. Thus the mass spectra give conclusive
evidence that NH3 forms from N2 and H atoms originated from dis-
sociative adsorption of H2O on supported W5.
As mentioned above, N2 is activated in molecular form on W5.
Hence the N2hydrogenation may proceed by addition of H atoms to
N2, yielding intermediate hydrazine-like species N2Hx (x51,4). To
examine the possibility of such a process and the existence of hydro-
genated species, we measured the N1s XPS spectrum of hydrazine
monohydrate (N2H4?H2O) purposely fed to W5 (N2H4/W5, Fig. 3a)
and compared it with the spectrum for (N2 1 H2O)/W5 at 296 K
(Fig. 3b). We also compared XPS spectra for the two systems after
theywereheatedto380 K(Fig.3cforN2H4/W5andFig.3dfor(N21
H2O)/W5). As is readily noticed, the XPS spectra for (N2 1 H2O)/
W5) bear striking resemblance to those for N2H4/W5. Although the
signal to noise ratio for the former is much smaller than that for the
latter owing to the small number of N2 adsorbed on W5, it is evident
for the Goth systems that (1) the main peak is located at ,400.8eV
and a shoulder at ,398.4 eV before the heat treatment; (2) after
beingheated to 380 K,the intensity above 400 eV decreases whereas
the intensity below 400 eV increases; (3) the total nitrogen intensity
decreases by the heat treatment, indicating a fraction of the species
responsible for the main peak desorbed. This observation that the
XPS spectra of the two systems have common features in many
respects strongly indicates similar hydrogenated nitrogen species
exist in N2H4/W5 and (N21H2O)/W5 and this means N2 in
(N21H2O)/W5 is hydrogenated, i.e., reduced at room temperature.
As noted above NH3 gives the XPS spectrum with the peak energy of
400.4 eV.Thustheobservation(1)indicatesthepresenceofaspecies
withthebindingenergylargerthanthatofNH3forthebothsystems.
Figure 2 | Mass spectra for thermal desorption of surface species from
(N21H2
18O)/W5. At (a) 296 K, (b) ,320K and (c) ,350 K.
Figure 3 | XPSspectraintheN1sregion. (a)N2H4/W5and(b)(N21H2O)/W5,at296 Kand(c)N2H4/W5and(d)(N21H2O)/W5afterbeingheatedto
380 K.Thepeakheights areadjustedtothefullscale ofthe verticalaxes.Theinitial number ofN2H4molecules perclusteris,2forN2H4/W5andthat of
N2 is ,0.1 for (N2 1 H2O)/W5). This is the reason for the much smaller signal to noise ratio of the spectra for (N21H2O)/W5 compared to those for
N2H4/W5.ForthebothsystemsthetotalN1sintensityaftertheheattreatmentwasreducedto,60%oftheinitialintensity.Intheinsetsreddotsgivethe
experimental result and solid lines the results of the analysis, which revealed four species at 398.1 eV (NH, denoted in green), 399.2 eV (N2, brown),
400.4 eV (NH3, blue) and 401.2 eV (N2H4, purple). The black solid line is the sum of the peaks of all the components.
www.nature.com/scientificreports
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analysisfirstforthespectraofN2H4/W5(Fig.3aandFig.3c)because
they have large signal to noise ratios tolerable for the analysis. We
then used the result of the analysis for examining the spectra for (N2
1H2O)/W5.Theresultofthefactoranalysisisgivenbysolidlinesin
the inset of Fig. 3a. As seen in the inset, the experiment (red dots) is
well reproduced by the analysis (the black solid line) if four species
with the BEs of 398.1 eV, 399.2 eV, 400.4 eV and 401.2 eV are
assumed. The factor analysis including the four species also well
explains the spectrum after the heat treatment (the inset of Fig.3c).
PreviousstudiesdealingwithN2H4adsorptiononmetal surfaces
35–38
and supported metal clusters
39 have shown the molecule is adsorbed
intact at low temperatures but easily dissociates at elevated tempera-
tures to yield N2Hx(x51,3), NHy (y51,3), N, N2 and H2. The
literature suggests the species with the BE of 398.1 eV is NH
33 and
there is no sign of nitrides (the BE 5 397.6 eV). The species with the
BE of 399.2 eV is probably N2 as suggested from Fig.1a. The peak at
400.4 eV is assigned to NH3 because the BE matches the N1s peak
energy of the NH3 XPS spectrum. The peak intensities of NH3 and
the species at 401.2eV decrease by heating, which concomitantly
occurs with the intensity increase of NH (compare the insets of
Fig. 3a and Fig. 3c) and the decrease of the total nitrogen intensity.
Similar intensity changes of the species were observed even at room
temperature as will be described below. These observations can be
understood as a result of decomposition of the species at 401.2eV to
NHanddesorbing NH3and hencesuggests itisN2Hx(x51,4). Itis
notable that the peaks due to NH and NH3 already have substantial
intensities before the heating (Fig.3a inset). This can be explained by
immediate decomposition upon adsorption of the N2H4 molecule
that arrives first to W5, which is a reaction with large exothemicity
37.
Since the decomposition pattern of N2Hx upon heating mentioned
above is similar to that of N2H4, it is strongly suggested the N2Hx is
due mainly to N2H4.N 2H4 observed in the spectrum in Fig. 3a is
probably the molecule that arrived later at the cluster and was sta-
bilized by preadsorbed N2H4
36. The peak assignments are supported
by thermal desorption spectroscopy (TDS) for N2H4/W5 which
shows desorptions of NH3 and N2H4 upon heating the system
(Supplementary Information 3): this is consistent with the finding
by the XPS spectra that the intensities of the N2H4 and NH3 peaks
greatly decrease upon heating.
Then we examined the spectrum for (N2 1 H2O)/W5 at 296 K
(Fig. 3b) and that after heating to 380 K (Fig. 3d). As mentioned
above,theXPSspectrafor(N21H2O)/W5bearstrikingresemblance
to those for N2H4/W5. In accordance with this, the factor analysis
with the above four species, i.e., NH, N2,NH 3and N2H4,can explain
the observed spectrum at 296 K rather well (Fig.3b inset). As seen in
the inset, the intensity of the N2 peak is much smaller than those of
the NH, NH3 and N2H4 peaks as in N2H4/W5. Since NH and NH3
result from decomposition of N2H4 on W5 as mentioned above, the
finding suggests that N2, once activated by W5, is readily hydroge-
nated down to N2H4, which then decomposes to NH3 and NH: it is
seenfromFig.3binsetthatmostoftheN2moleculecoadsorbedwith
H2Oo nW 5 are hydrogenated to N2H4 and nearly half of N2H4 are
convertedtoNHandNH3atroomtemperature.Thefacileformation
of N2H4 from N2 is consistent with the theoretical calculation that it
is an exothermic process after the first addition of H
40. The observed
changes in the spectral shape and intensity upon heating (the obser-
vations (2) and (3) above, compare Fig. 3b with Fig. 3d) can be
explained by the decomposition of N2H4 to NH and NH3 and the
desorption of the latter. This is consistent with the observation of
NH3 by TDS shown in Fig. 2b. However, the desorption of N2H4,
observedforN2H4/W5byTDS,wasnotfoundfor(N21H2O)/W5.A
possible explanation for this is that N2H4 on the clusters are all
subjected to reaction upon heating with the surface H atoms that
are more abundant for (N2 1 H2O)/W5 than in N2H4/W5.I ti s
notable that N2H4 cracks to yield NH3
1 by electron bombardment
in a mass spectrometer with the intensity of # 0.5 of that of
N2H4
135,37. We checked the cracking of N2H4 by monitoring a mass
spectrum while admitting N2H4NH2O into the vacuum chamber and
found that the most prominent species was N2H4
1. The finding that
N2H4 desorption was not observed for (N21H2O)/W5 therefore
suggests that the observation of NH3 shown in Fig. 2b is not due to
cracking of desorbed N2H4 and thus the NH3 molecule had formed
on the cluster before it desorbed.
In the experiments described above, we have focused on W5 but it
is not the only tungsten cluster to adsorb and activate N2 in a bridge
geometry. The 1
st principles calculations for isolated tungsten clus-
ters show W4 and W6 are also capable of similar N2 activation
31.I n
accordance with this, these clusters gave the N1s peak at 400.8 eV in
XPS spectra, indicating the formation of the hydrogenated nitrogen
species. Surprisingly, the formation of the hydrogenated species was
also found for W2 and W3, which do not support such stable bridge
adsorptions of N2
31. It was found by calculation, however, that water
adsorption stabilizes N2 bridge adsorption on the clusters
(Supplementary Information 4 online), which may have enabled
the clusters to mediate the formation of the hydrogenated nitrogen
species.
Discussion
The results described above are summarized as follows: supported
smalltungstenclustersactivateN2inmolecularformandconvertthe
moleculetoNH3viaN2H4atroomtemperature.TheN2reductionis
donebyhydrogenation withneutralHatomsonthecluster,whichis
distinct from the mechanism of the traditional N2 reduction using
electronation and protonation in solutions. The hydrogenation
mechanism is similar to those proposed for FeMo-co
17,18,23 of the
nitrogenase and thus gives support to them.
It is interesting to note that in biochemical experiments dealing
with nitrogenases N2H4 is suggested as a N2 reduction intermedi-
ate
41. Thus, the present cluster system and nitrogenase convert N2 to
NH3 via the common intermediate. The formation of N2H4 means
bothN atoms of N2are hydrogenated beforethe cleavage of the N-N
bond. This is consistent with the observation in the present experi-
mentbytheXPSspectrainFig.3band3dthatshownosignofNatom
formation and is called the ‘‘alternative mechanism’’ for the N2
reduction by nitrogenase that is theoretically
18,42 and experiment-
ally
43,44 thought likely to be the case.
Since the N2 reduction by W5 proceeds in a manner similar to
those proposed for the FeMo-co of nitrogenase, findings on the
reduction process on the cluster may shed lighton the long-standing
mysteries in the mechanism of the biological N2 reduction how the
robust N-N triple bond of N2 cleaves
45 and why the N2 reduction to
NH3 easily occurs at room temperature
17. As discussed above, N2H4
is the N2 reduction intermediate for the present cluster system and
also suggested as an intermediate for the biological systems. N2H4 is
an intrinsically unstable molecule with the free energy of formation
of 38.07 Kcal/mol and the N-N bond easily cleaves on metal surfaces
asmentionedabove.TheinstabilityofN2H4atroomtemperatureon
W5isevidencedbythetimeevolutionoftheXPSspectrumforN2H4/
W5 at 296 K shown in Figs. 4a to 4c. As seen in the figures, the
shoulder at ,398.0 eV gradually grows bigger compared to the the
peakat,400.8 eV.ThisisduetogradualintensitydecreasesofN2H4
and NH3 with concomitant intensity increase of NH as seen in the
insets of Fig. 4, which is summarized in Fig. 4d. The intensity
decrease of N2H4 with time indicates the N-N bond of the species
is unstable on the cluster at room temperature and cleaves to yield
NH and NH3 as mentioned above. The resultant NH3 gradually
desorbs from the cluster, which explains the decreases in the total
N1s and NH3 intensities shown in Fig. 4d. It is likely N2H4 is also
unstable and reactive on the CFe7MoS9 cluster of FeMo-co at ambi-
ent temperature as on W5 and therefore, once it forms, its N-N
bond easily cleaves, leading to the formation and the subsequent
www.nature.com/scientificreports
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isaconsequence oftheN2activationinmolecularformandthusthis
mode of N2 activation by FeMo-co is the key to the biological NH3
formation from N2 under mild conditions.
We have shown supported small tungsten clusters reduce N2 to
NH3undermildconditionsasnitrogenasesdo.N2isreducedtoNH3
via N2H4 by hydrogenation with neutral H atoms in a dry envir-
onment. The N2 hydrogenation mechanism is consistent with and
thusgivessupporttotherecently-proposedmodelthatN2isreduced
by hydrogenation on the active site of nitrogenase, FeMo-co, with H
atoms resulting from reduction of protons. The overall mechanism
of the N2 reduction to NH3 by the tungsten cluster is similar to those
proposedfortheN2reductionofnitrogenaseandthustheprocesson
the supported clusters gives a model of the biological N2 reduction.
Thekeymaterialcommontotheenzymeinnatureandinthepresent
study is the small metal cluster that can activate N2 in molecular
form, which leads to the NH3 formation at room temperature. In
nature, small metal clusters in various metalloenzymes are known to
work being isolated from water
1 as FeMo-co and thus, if appropriate
metalclusters areavailable,theymaybeusedindryenvironments to
mimic the functions of the enzymes.
Methods
Generation, deposition andfixation ofsize-selected tungstenclusters on ahighly-
orientedpyrolyticgraphite(HOPG)surface.Tungstenclusterions(Wn
1,n52,6),
sputtered from W plates by high-energy (,23 kV) Xe
1 ion beams, were cooled by
collision with helium gas and size-selected by a quadrupole mass-filter and then
deposited on anHOPGsurface at 296 K. The cluster beam has a mean kinetic energy
of ,2.5 eV to the surface and is decelerated by applying a positive voltage with the
same magnitude to the substrate. By doing this, kinetic energies of the cluster ions
incident to the surface is reduced to less than ,0.3 eV/cluster
46, making them ‘‘soft
land’’ on the surface. The number of the incident clusters was typically 2.3x10
13,32.
SinceW-Wbondenergy(e.g.,,5 eVforW2)ismuchlargerthantheincidentenergy,
it is ensured that the clusters are non-destructively deposited. Prior to the cluster
deposition, the HOPG surface was bombarded by an Ar
1 ion beam with a collision
energy of 50 eV. This creates defects on its outermost surface
47 that work for
anchoring the clusters separately
48.
Measurement and analysis of chemical reactions on the clusters. Size-selected Wn
(n52,6), supported on an HOPG substrate at 296 K, were exposed to excessive
amount of N2 (99.9999 % purity) or a mixture of the N2 plus degassed H2O (distilled
water or ultrapure water for ultratrace analysis) or water-
18O(
18O content 95–98 %)
fromapulsedvalveoranall-metalleakvalve.TheexposuretoN2wasperformedwith
an ion gauge off to prevent adsorption of excited N2 on the clusters. Typically the N2
pressure was ,10
24 Torr and the exposure time was 90 sec. N2H4?H2O (98 %
purity)was fed to the clusters also with an ion gauge off through a needle valve with a
doser made of glass to prevent cracking of the molecule. XPS was done using MgXa
(1253.6 eV) X-rays and a hemispherical electron energy analyzer.The factor analysis
of XPS spectra was performed using the program XPSPEAK ver. 4.1 (http://
www.kwoksys.com/). To obtain mass spectra of desorbing gases with a substantial
signal to noise ratio, the gases were fed through the all-metal leak valve heated to
,400 K: this procedure gave XPS spectra identical to that in Fig. 1c but with
enhanced intensity. The effect of heating the gas is possibly to increase the fraction of
the N2 molecules that overcome the barrier for the bridge adsorption state
34,49.I n
measuring mass spectra of thermally desorbing gases, the substrate washeated with a
constant temperature rise of ,8 K/sec by electron bombardment using a tungsten
filament located at the back of the substrate. The substrate temperature was
monitored with an alumel-chromel thermocouple. Desorbed species were analyzed
byaquadrupolemassspectrometerandtheresultingmassspectraweremonitoredby
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